In recent years, nanotechnology has received extraordinary attention as the demands of today’s modern lifestyle are actively changing every day. The need for a sustainable environment and process is the prerequisite today for any advancement. Nanoparticles and its application have extended its wings into various fields. Researchers across the globe are constantly exploring the applications of NPs, especially those of metallic NPs. Among the metallic NPs, silver NPs has received special attention owing to their excellent physical and chemical properties. Nanobiotechnology has opened avenues for such a sustainable and environment-friendly progress. So, in this review, we have summarized the different methods employed in synthesising AgNPs, with special focus on the biological synthesis. This approach is of importance because of its advantages such as use of nontoxic compounds, inexpensive process, and high stability of products obtained in comparison to the other approaches. Several biomolecules of interest such as microbes and plant extracts that are used for synthesis are discussed in detail. The recent advancements in the environmental application of these biologically synthesised NPs include remediation of heavy metals and sensing, as catalysts in toxic dye degradation, remediation of waste water, and also, as a pesticidal agent for crop protection. Although AgNPs have been used in several sectors of research and industries, relevance to the environment is prominent owing to the impact it makes on the humans and all forms of life on earth.

1. Introduction

The term “Nano” is derived from a Greek word that indicates $10^{-9}$ (1 million) which equals three atoms in length. The concept of nanotechnology was invented by the Physics Noble laureate Richard P Feynman. Nanotechnology is known to produce particles in the form of solid with a size range of 10-100 nanometers (nm) [1]. These particles are termed as “nanoparticles” (NPs) produced in a variety of materials according to the researcher’s need. The materials can be in different forms such as 0D, 1D, 2D, or 3D, based on their overall dimension. Several research groups have proposed different forms of definitions for NPs that is summarized in Table 1 [2–6]. NPs are composed of three layers such as surface, shell, and the inner core. The first layer of the NPs are composed of small molecules, the second layer of NPs are composed of chemically different material from the core layer, and the third layer is the predominant core layer, whose material defines the properties of the NPs [7].

R. R. Remya$^{1,}$, Angeline Julius$^{1,}$, T. Y. Suman$^{2,3}$, L. Aranganathan$^{4}$, T. Stalin Dhas$^{4}$, V. Mohanavel$^{5,}$, Alagar Karthick$^{5,}$ and M. Muhibullah$^{6}$

$^{1}$Centre for Materials Engineering and Regenerative Medicine, Bharath Institute of Higher Education and Research, Chennai, 600073 Tamil Nadu, India
$^{2}$Institute of Industrial Technology Changwon National University, Changwon, Gyeongsangnamdo 51140, Republic of Korea
$^{3}$School of Civil, Environmental and Chemical Engineering, Changwon National University, Changwon, Gyeongsangnamdo 51140, Republic of Korea
$^{4}$Centre for Ocean Research, Sathyabama Institute of Science and Technology, Chennai, 600119 Tamil Nadu, India
$^{5}$Department of Electrical and Electronics Engineering, KPR Institute of Engineering and Technology, 641407 Coimbatore, Tamil Nadu, India
$^{6}$Department of Electrical and Electronic Engineering, Bangladesh University, Dhaka 1207, Bangladesh

Correspondence should be addressed to R. R. Remya; remya.praveen5@gmail.com

Received 7 August 2021; Revised 29 September 2021; Accepted 21 March 2022; Published 25 April 2022

Academic Editor: Gregorio Cadenas-Pliego

Copyright © 2022 R. R. Remya et al. This is an open access article distributed under the Creative Commons Attribution License, which permits unrestricted use, distribution, and reproduction in any medium, provided the original work is properly cited.
The three main features of NPs depending on the architectural type of the nanoparticle are [6]:

(i) The perspective and definition of a nanoparticle

(ii) Application of the nanoparticle

(iii) The physical/mechanical and chemical properties of the nanoparticle

Metallic NPs have gained more interests from researchers because of their potential application in industries and laboratories. Therefore, this review focuses on the importance of silver nanoparticles (AgNPs) and its environment-related applications.

The benefits of NPs in modern science and technology are numerous and has acquired the attention of researchers and commercialists. NPs exhibit surprising properties when compared to the raw materials. This factor is considered as one of the most important reasons for the emphasis on the use of NPs over raw materials in terms of environmental protection [8]. The surface to volume ratio of NPs is higher; when the surface area of the particle increases, the radius of the particle decreases. This is one of the advantageous properties of NPs in the field of medicine for drug delivery [9]. The surface to volume ratio which influences the surface chemistry has resulted in more applications for AgNPs when compared to other metallic NPs [10]. When the stability of the NPs is high, they can be used as a good antimicrobial agent [11]. This stability is due to the zeta potential that gives the electrostatic mobility of NPs; this enables major application in pollution control or removal of any pollutant from the environment.

However, many research groups have raised a concern that the process of removing any pollutants may cause toxic effects to the ecosystem. In recent times, nanoparticles have also been incorporated into face masks for their antimicrobial property [12]. It is speculated that the particles that we use in this process may be easily taken up by plants and enters into the food chain. So, several researchers have studied the toxicity level of AgNPs and reported it to be comparatively low [13]. This search for a sustainable approach led to the literature search on the biosynthesis of nanoparticles. Biomolecules were found to be potent compounds with innate properties to act as an equivalent to other methods.

2. Types of Metal NPs and Synthesis of AgNPs

Varied types of metallic NPs have been used in different forms and types in different fields. The noble metal group comprises gold (Au), silver (Ag), and platinum (Pt), and the metal oxide group comprises silicon oxide (SiO₂) and zinc oxide (ZnO) [14]. Among the metal NPs, AgNPs have a wide range of application, and many research groups are currently working to explore more applications of AgNPs. Ag is considered as one of the basic elements on our planet, as it occurs naturally, and Ag is harder than Au. AgNPs have higher thermal and electrical conductivity when compared to Au. Metallic Ag is already used in many surgical procedures, also as fungicides and as preservatives. Thus, AgNPs have gained more interest than other metallic NPs, and some methods for synthesizing nanoparticles have been described in this review.

Palladium-based nanoparticles from plant extracts have been used as nanocatalyst in numerous catalytic reactions. Plant-assembled magnetic chitosan-copper nanocomposite, was used as catalyst for the formation of amino acid N-sulfonyl tetrazoles [15]. Palladium nanoparticles synthesized from Euphorbia thymifolia L. leaf extract exhibited significant catalytic activity for the Hiyama cross-coupling, cyanation of aryl iodides, and ligand-free Stille reactions in water [16, 17]. Nasrollahzadeh and Sajadi (2009) synthesized Pd/Fe₃O₄ NPs from the root extracts of Euphorbia stracheyi Boiss, which demonstrated potential reductive amination of aldehydes.

Copper nanoparticles synthesized on graphene oxide/manganese dioxide using the leaf extract of Cuscuta reflexa showed catalytic activity towards the reduction of organic dyes and nitroarenes [18]. Copper oxide NPs formed from Chamomile flower exhibited antioxidant and DNA cleavage properties [19]. ZnO nanoshells were synthesized using urease enzyme at room temperature [20].

Gold nanoparticles with long-term stability was synthesized from red raspberry, blackberry, and strawberry [21]. UV light and red cabbage extracts were also used to synthesize AuNPs [22].

2.1. Physical Method for Synthesis of AgNPs. The predominant method in the physical synthesis of AgNPs is evaporation/condensation. In this method, the coating material is heated to its boiling point in the presence of a vacuum, and condensation occurs [23]. Recently, Park et al. (2020) have developed a novel method, solvent-free production of NPs using evaporation-condensation method in the presence of unipolar ionic flow to enhance the antibacterial effect of NPs [24]. Joseph and Matthew (2015) synthesized AgNPs rapidly using microwave irradiation from aqueous leaf extract of Biophytm sensitivum, to reduce the reaction time [25]. Fatimah (2016) investigated the formation of AgNPs

Table 1: Definitions of NPs proposed by various research groups.

| S. no. | Definitions | References |
|-------|-------------|------------|
| 1     | Nanoobjects with 3D in nanoscales | [2] |
| 2     | A solid colloidal particle whose size ranges from 10 to 100 nm | [3] |
| 3     | Structures designed with irrespective to the position of the particles | [4] |
| 4     | A short distance particle that is measured in nanoscale | [5] |
| 5     | Charged particles in nanorange | [6] |
The extracts from the biological source act as the reducing agent, and the synthesis of biogenic nanoparticles is confirmed by the color change of the aqueous extract and metal salt mixture. The yellow to brown coloration is a spectroscopic signature for AgNPs. The colour change was due to the surface plasmon resonance (SPR) phenomena. SPR is defined as the excitation of plasmon vibrations by light at particular wavelength, and this is one of the basic technique employed to confirm the presence of nanoparticles. The SPR phenomena enhance the absorption and scattering intensities of Ag and Au nanoparticles. The absorption maxima for AgNPs are reported in the range of 400–500 nm. The SPR frequency and shape of the spectra depends on the size and size distribution of Ag nanoparticles [39]. UV-Vis spectra of AgNPs from different plants is represented in Figure 1.

The biological method for the synthesis of AgNPs is considered a safe and eco-friendly method [40]. Since plant biomass is utilized for the synthesis, it is also cheap with simple processing. The different sources used for the biogenic synthesis of AgNPs is represented in Figure 2. Ghami-poor et al. (2020) reported a phytochemical extract from *Anthemis nobilis*-produced AgNPs by reducing silver nitrate and further studied the antibacterial activity of the NPs that were environment-friendly, simple process, less-toxic, and inexpensive [41]. There are challenges in nanotechnology while designing an NP such as tailoring the physical properties and controlling the configuration of the particles and the production cost. This may be achieved by an organized production method using bacteria. For instance, Allam et al. (2019) have used the extracts of some bacterial isolates *Bacillus pumilus*, *Bacillus paralicheniformis*, and *Sphingomonas paucimobilis* for producing AgNPs, which were characterized using different techniques and were used for the study of decontamination of wastewater from harmful dyes [42]. Baltazar-Encarnación et al. (2019) have proposed a novel method of producing homogenous shape and narrow size distribution of AgNPs from the supernatant of *Escherichia coli* top 10 cultures without any toxic residues and reported these AgNPs can be used for treating infections caused by non-growing bacteria [43]. In the stationary metabolic states, the resistance of the bacteria will be higher; hence, it is more advisable in monitoring the growth phase of the bacteria during the production process.

Fungi are considered to be the best biological control agents for any biological processes. Fungi are the most important class of microorganism in terms of industrial applications as they produce larger quantities of enzymes that are useful for processing in many industries. Feroze et al. (2020) have reported the antibacterial activity of AgNPs synthesised from the metabolites of *Penicillium oxalicum* [44]. Aziz et al. (2019) demonstrated the production of AgNPs from a novel fungal strain *Piriformospora indica* and reported their anticancer activity [45]. The most advantageous factors of using fungi for NP production are:

(i) Larger biomass production

(ii) Easy handling
Algae as a source for the production of AgNPs have gained much interest in recent times. Algae involved in the synthesis of AgNPs are of two types, namely, microalgae and macroalgae. The cations within the cellular matrix of algae act as a reducing agent and are majorly responsible for the formation of NPs. For instance, El-Sheekh et al. (2020) have synthesized Ag and AuNPs using *Oscillatoria* sp. and *Spirulina platensis* and reported their in vitro antiviral activity against herps simplex (HSV-1) virus [46]. *Porfieria hornemanni*, a red algal species which is a good antioxidant agent, was used to synthesise AgNPs and their antibacterial activity against a Vibrio species which is a fish pathogen was reported by Fatima et al. (2020) [47]. Sea-weeds are a class of algae that comes under the macroalgal division. They are solid, structured organisms, which are found attached on the surface of rocks or sometimes under seawater and on shores. They are composed of a certain class of proteins, polysaccharides, and phenolic compounds. They have a wide range of bioactive compounds; hence, they are used as therapeutic and pharmaceutical agents [48]. For instance, Remya et al. (2016) used *Turbinaria ornata* for the production of AgNPs and evaluated its antitumour activity against retinoblastoma Y79 cells [49].

Phytochemical synthesis is the sought-after method considering availability of the source, ease, and nontoxic process involved. The use of plant-based extracts for the synthesis of silver nanoparticles has gained importance, owing to the production of environmentally friendly and highly stable AgNPs. Plant-based extracts act as both reducing and stabilizing agents. Ahmad et al. (2010) reported rapid synthesis of spherical-shaped AgNPs with an average size ~0 nm, using the broth of dried root and stem of *Ocimum sanctum* [50]. The phytochemicals, phenols, and flavonoids were responsible for the formation and stabilization of AgNPs. *Jatropha curcas* seed extracts have been used to develop an eco-friendly method to produce stable AgNPs [51]. The FTIR studies confirmed the presence of proteins on the surface AgNPs; hence, the proteins present in the seed extract were responsible for the stabilization of nanoparticles. Hydrothermal approaches in combination with green synthesis of AgNPs, using red cabbage extract, were employed by Ocsoy et al. (2017) to produce monodispersed AgNPs [52].

Philip (2010) reported synthesis of Au and Ag nanoparticles from the leaf extract of *Hibiscus rosa sinensis* [53]. The modulation in process variables like metal salt to extract ratio and pH of reaction medium led to the formation of different size and shapes of nanoparticles. Dogru et al. (2017) used different concentrations of *Matricaria chamomilla* flower extract and Ag+ concentration to synthesize AgNPs of different sizes [54]. However, in another study, conducted by Cruz et al. (2010), the extract concentration, reaction time, and temperature did not cause any significant change in the size and shape of AgNPs synthesized using the aqueous leaf extract of *Lippia citriodora* [55].

Biogenic AgNP composites exhibit enhanced multifunctions as compared to AgNPs alone. Nanocomposite, Ag/HZSM-5, and Ag@MGO nanocomposites, was synthesized by using aqueous leaf extract of *Euphorbia heterophylla*, which showed excellent catalytic activity for the degradation of organic dyes such as Congo red, Methylene blue, 4-Nitrophenol, and Rhodamine B in water [56]. Ocsoy et al. (2017) reported an eco-friendly approach for the synthesis of AgNPs fabricated on magnetic graphene oxide (Ag@MGO). The Ag@MGO nanocomposites, at low concentrations, was highly effective against *Staphylococcus aureus*, *Escherichia coli*, and *Candida albicans* [57]. Colloidal suspensions of gold nanoparticles (AuNPs), AgNPs, and Au-AgNPs were synthesized using fruit peel extracts for the first time by Shankar et al. (2014) [58]. The nanoparticles exhibited antimicrobial activity and were biocompatible to C2C12 cell lines. Similarly, Khodadadi et al. (2017) used fruit extract of *Vaccinium macrocarpon* to synthesize AgNPs immobilized on the surface of clinoptilolite [59]. AgNPs obtained from banana peel extracts were found to be potent against representative pathogens of bacteria and yeast [60]. The high levels of tannins in the leaf extracts of *Caesalpinia coriaria* led to the synthesis of stable Ag nanoparticles and were potential antimicrobial agents against clinically isolated human pathogens [61]. The AgNPs obtained from dried leaves of *Vinca rosea* exhibited excellent antimicrobial activity against *Staphylococcus aureus*, *Lacto bacillus*, *Escherichia coli*, and *Pseudomonas fluorescens* [62]. AgNPs biofabricated from the extracts of inflorescence of the Cocos nucifera displayed enhanced antibacterial activity [63].

Vivek et al. (2014) synthesised AgNPs from *Annona squamosa* leaf extract, which demonstrated dose-dependent cytotoxicity against human breast cancer cell lines (MCF-7) [64]. Nasrollahzaden et al. (2015) used *Euphorbia helioscopia* Linn leaf extract to synthesize silver nanoparticles and was further used as a catalyst to synthesize propargylamine, which acts as a synthetic intermediate for the therapeutic drug molecule [65]. In China, *Corium officinalis* is a medicinal herb, whose fruit is used to improve kidney function and treat cancer, diabetes, and shock. He et al. (2017) used the fruit of this magic herb to synthesize and biofunctionalize AgNPs [66]. Flavonoids and anthocyanins present...
Interestingly, AgNPs did not demonstrate any significant toxicity against human liver cancer (HepG2) and human prostate cancer (PC-3) cell lines. Biogenic AgNPs synthesized from the leaf extract of mulberry, *Morus indica* L. V1, demonstrated antibacterial activity against *Bombyx mori* L. Interestingly, AgNPs did not demonstrate any significant toxic effect against human cell lines, namely, HepG2 and WRL-68, and showed beneficial effects on silkworms [67]. In 2020, Some et al. used leaf extract of *Morus alba* L to synthesize functionalized AgNPs, which displayed excellent antibacterial activity against multidrug-resistant (MDR) bacteria isolated from the gut of infected silkworm. Further, there was no significant change in the cell viability of HEK-293, WRL-68, HUH-7, and ACHN cell lines after treatment with AgNPs [68].

Ponarulselvam et al. (2012) reported the synthesis of AgNPs using leaf extract of *Catharanthus roseus* Linn. G. Don, which exhibited antiplasmodial activity against *Plasmodium falciparum* [69]. AgNPs with an average size of 12 nm were synthesized from the flowers of *Achillea biebersteinii* extracts and showed therapeutic benefits against angiogenesis in the rat aortic ring model [70]. Maji et al. (2017) reported one-step process for the synthesis of AgNPs from the aqueous leaf extract of the medicinal plant, *Alstonia scholaris* [71]. They further studied the interactions between AgNPs and human serum albumin and proved that biogenic NPs are more biocompatible than the chemically synthesized NPs. Red cabbage extract was used by Demirbas et al. (2016) to biofabricate AgNPs, which in turn, decreased the antioxidant activity of anthocyanins towards organic chemical compound 2,2-diphenyl-1-picrylhydrazyl (DPPH) [72]. AgNPs synthesized using the aqueous extract of *Detarium microcarpum* served a dual purpose of sensing toxic heavy metals and also as an antioxidative agent [73]. The green synthesis of AgNPs from *Sideritis* species which demonstrated excellent inhibitory activity against acetylcholinesterase (AChE), butyrylcholinesterase (BChE), and tyrosinase enzyme was also reported [74]. Thus, the biosynthesized AgNPs can be used to treat Alzheimer and skin disease.

Ocsoy et al. (2018) reported biomolecules such as DNA, proteins, enzymes, and other functional groups isolated from living organisms which have been used in the synthesis of inorganic metallic nanoparticles [75]. Ocsoy et al. (2013) synthesized novel DNA-mediated metal NPs (Au/Ag/Cu/Pt) on graphene oxide. The DNA-directed Ag–GO nanocomposites were used to quantify dopamine using zeta potential measurements [76]. Further, it also exhibited significant antibacterial activity against *Xanthomonas perforans*. The same group further investigated the efficacy of Ag@dsDNA-GO nanocomposites in mitigating the bacterial spot disease in tomato, caused by *Xanthomonas perforans*. They found out that lower concentration, 16 ppm, of Ag@dsDNA-GO nanocomposites was effective against the bacteria [76]. In 2016, Strayer et al. used Ag@dsDNA-GO nanocomposites against the bacterial spot disease in tomato plants in greenhouse [77]. They found that 100 ppm of Ag@dsDNA-GO nanocomposite was best in terms of efficacy towards pathogen and less toxic to tomato plants. Karatoprak et al. (2017) for the first time reported the biosynthesis of silver nanoparticles from *Pelargonium endlicherianum* Fenzl. root extracts [78]. They prepared two extracts, the first extract contained gallic acid and apocynin and the second extract constituted gallic acid, apocynin, and quercetin. The AgNPs prepared from both the extracts demonstrated enhanced antimicrobial activity against *Escherichia coli*, *Pseudomonas aeruginosa*, and *Staphylococcus epidermidis*.

**Figure 2:** Diagrammatic representation of the different sources used for the synthesis of AgNPs.

in the fruit extract played a vital role in synthesis and functionalization of AgNPs. The AgNPs showed cytotoxic activity against human liver cancer (HepG2) and human prostate cancer (PC-3) cell lines. Biogenic AgNPs synthesized from the leaf extract of mulberry, *Morus indica* L. V1, demonstrated antibacterial activity against *Bombyx mori* L. Interestingly, AgNPs did not demonstrate any significant toxic effect against human cell lines, namely, HepG2 and WRL-68, and showed beneficial effects on silkworms [67]. In 2020, Some et al. used leaf extract of *Morus alba* L to synthesize functionalized AgNPs, which displayed excellent antibacterial activity against multidrug-resistant (MDR) bacteria isolated from the gut of infected silkworm. Further, there was no significant change in the cell viability of HEK-293, WRL-68, HUH-7, and ACHN cell lines after treatment with AgNPs [68].

Ponarulselvam et al. (2012) reported the synthesis of AgNPs using leaf extract of *Catharanthus roseus* Linn. G. Don, which exhibited antiplasmodial activity against *Plasmodium falciparum* [69]. AgNPs with an average size of 12 nm were synthesized from the flowers of *Achillea biebersteinii* extracts and showed therapeutic benefits against angiogenesis in the rat aortic ring model [70]. Maji et al. (2017) reported one-step process for the synthesis of AgNPs from the aqueous leaf extract of the medicinal plant, *Alstonia scholaris* [71]. They further studied the interactions between AgNPs and human serum albumin and proved that biogenic NPs are more biocompatible than the chemically synthesized NPs. Red cabbage extract was used by Demirbas et al. (2016) to biofabricate AgNPs, which in turn, decreased the antioxidant activity of anthocyanins towards organic chemical compound 2,2-diphenyl-1-picrylhydrazyl (DPPH) [72]. AgNPs synthesized using the aqueous extract of *Detarium microcarpum* served a dual purpose of sensing toxic heavy metals and also as an antioxidative agent [73]. The green synthesis of AgNPs from *Sideritis* species which demonstrated excellent inhibitory activity against acetylcholinesterase (AChE), butyrylcholinesterase (BChE), and tyrosinase enzyme was also reported [74]. Thus, the biosynthesized AgNPs can be used to treat Alzheimer and skin disease.

Ocsoy et al. (2018) reported biomolecules such as DNA, proteins, enzymes, and other functional groups isolated from living organisms which have been used in the synthesis of inorganic metallic nanoparticles [75]. Ocsoy et al. (2013) synthesized novel DNA-mediated metal NPs (Au/Ag/Cu/Pt) on graphene oxide. The DNA-directed Ag–GO nanocomposites were used to quantify dopamine using zeta potential measurements [76]. Further, it also exhibited significant antibacterial activity against *Xanthomonas perforans*. The same group further investigated the efficacy of Ag@dsDNA-GO nanocomposites in mitigating the bacterial spot disease in tomato, caused by *Xanthomonas perforans*. They found out that lower concentration, 16 ppm, of Ag@dsDNA-GO nanocomposites was effective against the bacteria [76]. In 2016, Strayer et al. used Ag@dsDNA-GO nanocomposites against the bacterial spot disease in tomato plants in greenhouse [77]. They found that 100 ppm of Ag@dsDNA-GO nanocomposite was best in terms of efficacy towards pathogen and less toxic to tomato plants. Karatoprak et al. (2017) for the first time reported the biosynthesis of silver nanoparticles from *Pelargonium endlicherianum* Fenzl. root extracts [78]. They prepared two extracts, the first extract contained gallic acid and apocynin and the second extract constituted gallic acid, apocynin, and quercetin. The AgNPs prepared from both the extracts demonstrated enhanced antimicrobial activity against *Escherichia coli*, *Pseudomonas aeruginosa*, and *Staphylococcus epidermidis*.

**2.4. Mechanistic Aspect of Biological Synthesis of AgNPs.**

There are numerous reports on the biogenic synthesis of AgNPs, but only few papers have elucidated the mechanism behind the formation of nanoparticles. The understanding of the underlying mechanism of green synthesis would help in tailoring the size and shape of nanoparticles. However, elaborative studies are required because the exact mechanism is not yet known.

The biomolecules and phytochemicals present in the microbial and plant extracts act as reductant and stabilizer for the synthesized metallic NPs. The general scheme...
involved in the synthesis of AgNPs is represented in Figure 3. Huang et al. (2007) reported that polyols and water soluble heterocyclic components present in sun-dried Cin-
namomum camphora leaves were responsible for bioreduction of silver and chloroaurate ions and stabilization of AgNPs and AuNPs [79]. Similarly, Dhas et al. (2014) through FTIR studies deduced the presence of functional groups on AgNPs surface, synthesized from mangrove leaves Rhizophora apiculata [80]. The spectral peaks of aldehydic C–H stretching (2,910 cm−1), C=C group of the aromatic ring (1,600 cm−1) and −OH plane (1,380 cm−1), C–O stretch of phenols (1,226 cm−1), benzene rings (between 1,200 and 900 cm−1), and C–H bond in the phenolic rings (910–740 cm−1). All the spectral peaks are characteristics of poly-
phenols. The leaves of Rhizophora apiculata are rich in poly-
phenols which act as both reducing and stabilizing agents.

The plausible mechanism for the biogenic synthesis of AgNPs could be explained in following way. The biomole-
cules present in plant and microbial extracts initiate Ag+ reduction, followed by the formation of Ag0 nuclei; this pro-
cess is called as nucleation. The Ag0 nuclei starts assembling, leading to the formation of silver clusters. The AgNPs con-
tinue to grow until the desired crystallite size is obtained; the size is controlled by the biomolecules present in the plant and microbial extracts. The biomolecules act as both reduc-
ing and passivating/stabilizing agents and control the nuclea-
tion and growth of Ag cluster [81, 82].The mechanistic aspect is represented in Figure 3.

2.5. Application of the Biogenically Synthesised Nanoparticles. Biosynthesis renders an environment friendly method and also has found its use in several areas of science ranging from sensing contaminants in food, water, soil, crop protec-
tion, pesticide applications, waste water treatment, and so on. Some of the relevant applications of the biosynthesised nanoparticles are discussed below.

2.6. Biosensors. Currently, the usage of AgNPs as biosensors has attracted various sectors such as environmental research, food, pharma, and healthcare units. Among these industries, food industries are more predominantly exploring the appli-
cations of AgNP-based biosensors. For instance, a protocol for calorimetric detection of caffeine in beverages using AgNP biosensors which were coupled with microspheres have developed [83]. Excess amount of caffeine consump-
tion in human causes serious damage to the nervous system. Hence, these biosensors would be useful in detecting the exact amount of caffeine in beverages that we consume. Another research has developed a method for sensing mer-
cury ions using biologically synthesized Ag nanosensor [84].

In the dairying sectors, these biosensors play a major role in detecting the pathogens that affect the production and storage time and chemical contaminants that affect the qual-
ity of dairy products. Apart from these applications, a wide range of biological analyses can be detected using these bio-
logically developed biosensors. Few researchers have reported although the chemical stability of AgNPs is less when compared to AuNPs, AgNPs have excellent sensitivity as a biosensor as their Localized Surface Plasmon Resonance (LSPR) acts as a supporting feature [84].

2.7. Waste Water Treatment. AgNPs generally have a good optical and catalytic property; biologically synthesized AgNPs have even higher catalytic and electrical property. These catalytic properties are most widely used for treating wastewater. Biologically synthesized AgNPs using Konjac glucomannan extract which acts as both reducing agents and stabilizing agents and reported that its catalytic degrada-
tion of mono-azo and di-azo dyes in wastewater has been reported [85]. This catalytic activity of degrading the con-
taminants (dyes) can be employed in treating wastewater streams. This will control the release of toxic by-products during the chemical treatment of wastewater. The stem extract of Coscinium fenestratum was used to synthesize AgNPs for treating wastewater; the synthesized AgNPs were used in the detection of fungicide Thiram in wastewater by spectroscopic analysis. These AgNPs also reported an excel-
 lent property of degrading methylene blue, methyl orange, and naphthol green B acidic pollutants in wastewater [86].
2.8. AgNPs for Crop Protection. AgNPs have excellent photocatalytic and antimicrobial activity. Owing to these properties, AgNPs are involved in agricultural industries for crop protection. For instance, Nilavukkarasi (2020) has synthesized AgNPs using Capparis zeylanica extract and reported against Staphylococcus epidermis, Enterococcus faecalis, Staphylococcus paratyphi, Staphylococcus dysenteriae bacteria, and fungi Candida albicans and Aspergillus niger [95]. Another study has reported the bactericidal and sporidical activity of AgNPs synthesized using Litchi chinensis extract [96]. This study reported that these AgNPs may be commercially utilized as bactericidal and sporidical agents for protecting the crops and give better yield. The synergistic antifungal activity of the AgNPs synthesized by a biological method using Ligustrum lucidum leaf extract and characterized the AgNPs using different techniques [97]. A various group of researchers has been involved in the exploration of AgNPs in the field of agriculture with the help of modern tools and technologies.

2.9. Air Disinfected. The clean air environment system is gaining more importance after this coronavirus 19 pandemic. It is necessary to filter the air that enters into our environment where we live. Current research on using the antimicrobial ability of AgNPs has grabbed the attention of a various group of researchers and healthcare industries. The mechanism of the silver nanoparticle air filter is shown in Figure 4 [98].

3. Conclusion

Biosynthesis of metal nanoparticles has been of prime importance in the past decade. This review addressed the general views of nanotechnology, types of metallic NPs, different approaches for biosynthesizing AgNPs, and a few environmental application of the AgNPs. AgNPs have unique properties, and thus, they have wider applications. Literature suggested that the size and shape of the AgNPs can be influenced by various parameters that are involved during the synthesis. The ability to control the morphology of the NPs offers the flexibility to construct the nanoparticles according to the researcher’s needs. AgNPs were found to be one of the potential metallic NPs for the treatment of wastewater by removing heavy metals and dyes. They are commonly accepted for their antimicrobial property and hence used in the treatment of waste water to eliminate microbes. It has also found wide application as biosensors in the food industry and heavy metal sensing. These biosensors based on nanoparticles are also incorporated in the storage of packed foods. Apart from these applications, they are also used in the agricultural field for protecting the crops by their excellent pesticidal and larvicidal activity. Current research, in controlling the morphology, distribution size of the particle, and other general characteristics of the NPs may further lead the researchers to explore the commercial applications of NPs.

Table 4: Catalytic activity of silver NPs in wastewater treatment.

| S. no. | Research group | Source | Pollutant | References |
|-------|----------------|--------|-----------|------------|
| 1     | Atarod et al., 2016 | Euphorbia heterophylla | Organic dyes | [87] |
| 2     | Veisi et al., 2018   | Thymbra spicata     | Organic dyes | [88] |
| 3     | Shaikh et al., 2018  | Azadirachta indica  | Congo dyes  | [89] |
| 4     | Pawan et al., 2018   | Pomegranate fruit peel | Aniline blue dye | [90] |
| 5     | Soha et al., 2019    | Duranta erecta      | Nitrophenols and dyes | [91] |
| 6     | Lubna et al., 2020   | Terminalia bellerica | Anthropogenic water pollutants | [92] |
| 7     | Gehan et al., 2020   | Anabaena variabilis and Spirulina platensis | Malachite green | [93] |

Figure 4: Air disinfectant using AgNPs.

Various catalytic activity of AgNPs is summarized in Table 4 [87–93]. Extracellular production of AgNPs from a cocktail of fungal extract and characterization was performed. During characterization, a functional group has reported antimicrobial activity and was used for disinfection of water during the water purification process [94]. In this study, polyurethane foam, which can be used for large scale industries, was utilized to coat the AgNPs against the pathogens in water. AgNPs have a wide range of physical and chemical properties, which are utilized by many industries and group of researchers for many applications.

Data Availability

The data used to support the findings of this study are included within the article.

Conflicts of Interest

The authors declare no conflict of interest.
References

[1] I. Khan, K. Saeed, and I. Khan, “Nanoparticles: properties, applications and toxicities,” Arabian Journal of Chemistry, vol. 12, no. 7, pp. 908–931, 2019.

[2] J. Jeevananandam, A. Barhoum, Y. S. Chan, A. Dufresne, and M. K. Danquah, “Review on nanoparticles and nanostructured materials: history, sources, toxicity and regulations,” Beilstein Journal of Nanotechnology, vol. 9, no. 1, pp. 1050–1074, 2018.

[3] K. McNamara and S. A. M. Tofail, “Nanoparticles in biomedical applications,” Advances in Physics: X, vol. 2, no. 1, pp. 54–88, 2017.

[4] W. Liu, J. Halverson, Y. Tian, A. V. Tkachenko, and O. Geng, “Self-organized architectures from assorted DNA-framed nanoparticles,” Nature chemistry, vol. 8, no. 9, pp. 867–873, 2016.

[5] O. M. Sanusi, A. Benfellah, D. N. Bikiaris, and N. Ait Hocine, “Effect of rigid nanoparticles and preparation techniques on the performances of poly(lactic acid) composites: a review,” Polymers for Advanced Technologies, vol. 32, no. 2, pp. 444–460, 2021.

[6] H. Kang, J. T. Buchman, R. S. Rodriguez et al., “Stabilization of silver and gold nanoparticles: preservation and improvement of plasmonic functionalities,” Chemical Reviews, vol. 119, no. 1, pp. 664–699, 2019.

[7] W.-K. Shin, J. Cho, A. G. Kannan, Y.-S. Lee, and D.-W. Kim, “Cross-linked composite gel polymer electrolyte using mesoporous methacrylate-functionalized SiO2 nanoparticles for lithium-ion polymer batteries,” Scientific Reports, vol. 6, no. 1, pp. 1–10, 2016.

[8] M. J. Ndolomingo, N. Bingwa, and R. Meijboom, “Review of supported metal nanoparticles: synthesis methodologies, advantages and application as catalysts,” Journal of Materials Science, vol. 55, no. 15, pp. 6195–6241, 2020.

[9] S. A. A. Rizvi and A. M. Saleh, “Applications of nanoparticle systems in drug delivery technology,” Saudi Pharmaceutical Journal, vol. 26, no. 1, pp. 64–70, 2018.

[10] X.-F. Zhang, Z.-G. Liu, W. Shen, and S. Gurunathan, “Silver nanoparticles: synthesis, characterization, properties, applications, and therapeutic approaches,” International Journal of Molecular Sciences, vol. 17, no. 9, pp. 1534, 2016.

[11] R. M. Elamawi, K. R. Al–Harbi, and A. A. Hendi, “Biosynthesis and characterization of silver nanoparticles using Trichoderma longibrachiatum and their effect on phytopathogenic fungi,” Egyptian Journal of Biological Pest Control, vol. 28, no. 1, pp. 1–11, 2018.

[12] A. K. Mandal, P. Dam, O. L. Franco et al., “Response to MacIntyre et al., 2020: A rapid systematic review of the efficacy of face masks and respirators against coronaviruses and other respiratory transmissible viruses for the community, healthcare workers and sick patients,” International Journal of Nursing Studies, vol. 109, article 103714, 2020.

[13] Z. Ferdous and A. Nemmar, “Health impact of silver nanoparticles: a review of the biodistribution and toxicity following various routes of exposure,” International Journal of Molecular Sciences, vol. 21, no. 7, p. 2375, 2020.

[14] P. Khanna, A. Kaur, and D. Goyal, “Algae-based metallic nanoparticles: synthesis, characterization and applications,” Journal of Microbiological Methods, vol. 163, article 105656, 2019.

[15] N. Motahharifar, M. Nasrollahzadeh, A. Taheeri-Kafrani, R. S. Varma, and M. Shokouhimehr, “Magnetic chitosan–copper nanocomposite: a plant assembled catalyst for the synthesis of amino- and N-sulfonyl tetrazoles in eco-friendly media,” Carbohydrate Polymers, vol. 232, article 115819, 2020.

[16] M. Nasrollahzadeh, S. M. Sajadi, E. Honarmand, and M. Maham, “Preparation of palladium nanoparticles using Euphorbia thymifolia L. leaf extract and evaluation of catalytic activity in the ligand-free Stille and Hiymaya cross-coupling reactions in water,” New Journal of Chemistry, vol. 39, no. 6, pp. 4745–4752, 2015.

[17] M. Nasrollahzadeh and S. M. Sajadi, “Preparation of Pd/Fe3O4 nanoparticles by use of Euphorbia stracheyi Boiss root extract: a magnetically recoverable catalyst for one-pot reductive amiation of aldehydes at room temperature,” Journal of Colloid and Interface Science, vol. 464, pp. 147–152, 2016.

[18] S. Naghdi, M. Sajadi, M. Nasrollahzadeh, K. Y. Rhee, S. M. Sajadi, and B. Jaleh, “Cascata reflexa leaf extract mediated green synthesis of the Cu nanoparticles on graphene oxide/ manganese dioxide nanocomposite and its catalytic activity toward reduction of nitroarenes and organic dyes,” Journal of the Taiwan Institute of Chemical Engineers, vol. 86, pp. 158–173, 2018.

[19] F. Duman, I. Ocsoy, and F. O. Kup, “Chamomile flower extract-directed CuO nanoparticle formation for its antioxidant and DNA cleavage properties,” Materials Science and Engineering: C, vol. 60, pp. 333–338, 2016.

[20] R. De La Rica and H. Matsui, “Urease as a nanoreactor for growing crystalline ZnO nanoshells at room temperature,” Angewandte Chemie, vol. 120, no. 29, pp. 5495–5497, 2008.

[21] A. Demirbas, K. Buyukozcici, C. Celik et al., “Synthesis of long-term stable gold nanoparticles benefiting from red raspberry (Rubus idaeus), strawberry (Fragaria ananassa), and blackberry (Rubus fruticosus) extracts–gold ion complexation and investigation of reaction conditions,” ACS Omega, vol. 4, no. 20, pp. 18637–18644, 2019.

[22] I. S. Unal, A. Demirbas, I. Oral, N. Ildiz, and I. Ocsoy, “One step preparation of stable gold nanoparticle using red cabbage extracts under UV light and its catalytic activity,” Journal of Photochemistry and Photobiology B: Biology, vol. 204, article 111800, 2020.

[23] L. Benabou and X. Wang, “Simulation of silver nanoparticles sintering at high temperatures based on theoretical evaluations of surface and grain boundary mobilities,” International Journal for Computational Methods in Engineering Science and Mechanics, vol. 21, no. 6, pp. 331–342, 2020.

[24] D. H. Park, Y. H. Joe, J. Hwang, and J. H. Byeon, “Evaporation-condensation in the presence of unipolar ionic flow for solvent-free production of ultrasmall antibacterial particles,” Chemical Engineering Journal, vol. 381, article 122639, 2020.

[25] S. Joseph and B. Mathew, “Microwave-assisted green synthesis of silver nanoparticles and the study on catalytic activity in the degradation of dyes,” Journal of Molecular Liquids, vol. 204, pp. 184–191, 2015.

[26] I. Fatimah, “Green synthesis of silver nanoparticles using extract of Parkia speciosa Hassk pods assisted by microwave irradiation,” Journal of Advanced Research, vol. 7, no. 6, pp. 961–969, 2016.

[27] S. V. Kumar, A. P. Bafana, P. Pawar, A. Rahman, S. A. Dahoumana, and C. S. Jeffries, “High conversion synthesis of 10 nm starch-stabilized silver nanoparticles using microwave technology,” Scientific Reports, vol. 8, no. 1, pp. 1–10, 2018.

[28] H. Gao, H. Yang, and C. Wang, “Controllable preparation and mechanism of nano-silver mediated by the microemulsion
system of the clove oil,” Results in physics, vol. 7, pp. 3130–3136, 2017.

[29] R. D. Rivera-Rangel, M. P. González-Muñoz, M. Avila-Rodríguez, T. A. Razo-Lazcano, and C. Solans, “Green synthesis of silver nanoparticles in oil-in-water microemulsion and nanoemulsion using geranium leaf aqueous extract as a reducing agent,” Colloids and Surfaces A: Physicochemical and Engineering Aspects, vol. 536, pp. 60–67, 2018.

[30] M. Ghosh, S. Kundu, A. Pyne, and N. Sarkar, “Unveiling the behavior of curcumin in biocompatible microemulsion and its differential interaction with gold and silver nanoparticles,” Journal of Physical Chemistry C, vol. 124, no. 6, pp. 3905–3914, 2020.

[31] G. R. Nasredinova, R. R. Fazleeva, Y. N. Osin, A. T. Gubaidullin, and V. V. Yanilkin, “Methylviologen-mediated electrochemical synthesis of silver nanoparticles via the reduction of AgCl nanospheres stabilized by cetyltrimethylammonium chloride,” Russian Journal of Electrochemistry, vol. 53, no. 1, pp. 25–38, 2017.

[32] Z. Cai, H. Xiong, Z. Zhu et al., “Electrochemical synthesis of graphene/polypyrrole nanotube composites for multifunctional applications,” Synthetic Metals, vol. 227, pp. 100–105, 2017.

[33] A. Sayah, F. Habelhames, A. Bahloul et al., “Electrochemical synthesis of polyaniline-exfoliated graphene composite films and their capacitance properties,” Journal of Electroanalytical Chemistry, vol. 818, pp. 26–34, 2018.

[34] A. Sangili, M. Annalakshmi, S.-M. Chen, A. T. Gubaidullin, and M. Hernández-Iturriaga, R. Vazquez-Duhalt, and S. Mendoza, “Fruit peels waste for the green synthesis of silver nanoparticles decorated on core-shell structured tannic acid-coated iron oxide nanospheres for excellent electrochemical detection and efficient catalytic reduction of hazardous 4-nitrophenol,” Composites. Part B, Engineering, vol. 162, pp. 33–42, 2019.

[35] K. M. Soto, C. T. Quezada-Cervantes, G. Luna-Bárcenas, M. Hernández-Iturriaga, R. Vazquez-Duhalt, and S. Mendoza, “Recent developments in the plant-mediated green synthesis of Ag-based nanoparticles for environmental and catalytic applications,” The Chemical Record, vol. 19, no. 12, pp. 2436–2479, 2019.

[36] M. Nasrollahzadeh, S. Mahmoudi-Gom Yek, N. Motahharifar, and M. Ghafori Gorab, “Recent advances in the green synthesis of Ag-based nanoparticles for environmental and catalytic applications,” Journal of Photochemistry and Photobiology B: Biology, vol. 194, pp. 102741, 2019.

[37] M. S. Akhtar, J. Panwar, and Y.-S. Yun, “Biogenic synthesis of metallic nanoparticles by plant extracts,” ACS Sustainable Chemistry & Engineering, vol. 1, no. 6, pp. 591–602, 2013.

[38] T. M. Abdelghany, A. M. H. Al-Rajihi, M. A. Al Abboud et al., “Recent advances in green synthesis of silver nanoparticles and their applications: towards future directions. A review,” BioNanoScience, vol. 8, no. 1, pp. 5–16, 2018.

[39] S. Li, Y. Shen, A. Xie et al., “Green synthesis of silver nanoparticles using Capsicum annum L. extract,” Green Chemistry, vol. 9, no. 8, pp. 852–858, 2007.

[40] F. Narchin, K. Larjani, A. Rustaiyan, S. N. Ebrahimi, and F. Tafvizi, “Phytochemical synthesis of silver nanoparticles by two techniques using Satureja rechingeri Jamzad extract: identifying and comparing in vitro anti-proliferative activities,” Advanced Pharmaceutical Bulletin, vol. 8, no. 2, pp. 235–244, 2018.

[41] S. Ghamipoor, F. Fayyazi, and S. Bahadorikhalili, “Phytochemical synthesis of silver nanoparticles using Anthemis nobilis extract and its antibacterial activity,” Zeitschrift für Physikalische Chemie, vol. 234, no. 3, pp. 531–540, 2020.

[42] N. G. Allam, G. A. Ismail, W. M. El-Gemizy, and M. A. Salem, “Synthesis of silver nanoparticles by cell-free extracts from some bacteria species for dye removal from wastewater,” Biotechnology Letters, vol. 41, no. 3, pp. 379–389, 2019.

[43] E. Baltazar-Escarcencion, C. E. Escárciga-González, X. G. Vasto-Anzaldo, M. E. Cantú-Cárdenas, and J. R. Morones-Ramírez, “Silver nanoparticles synthesized through green methods using Escherichia coli top 10 (Ec-Ts) growth culture medium exhibit antimicrobial properties against nongrowing bacterial strains,” Journal of Nanomaterials, vol. 2019, Article ID 4637325, 8 pages, 2019.

[44] N. Feroze, B. Arshad, M. Younas, M. I. Afridi, S. Saqib, and A. Ayaz, “Fungal mediated synthesis of silver nanoparticles and evaluation of antibacterial activity,” Microscopy Research and Technique, vol. 83, no. 1, pp. 72–80, 2020.

[45] N. Aziz, M. Faraz, M. A. Sherwani, T. Fatma, and R. Prasad, “Illuminating the anticancerous efficacy of a new fungal chas-sis for silver nanoparticle synthesis,” Frontiers in chemistry, vol. 7, p. 65, 2019.

[46] M. M. El-Sheekh, K. T. Shabaan, L. Hassan, and H. H. Morsi, “Antiviral activity of algae biosynthesized silver and gold nanoparticles against Herps Simplex (HSV-1) virus in vitro using cell-line culture technique,” International Journal of Environmental Health Research, vol. 32, no. 3, pp. 616–627, 2022.

[47] R. Fatima, M. Priya, L. Indurthi, V. Radhakrishnan, and R. Sudhakaran, “Biosynthesis of silver nanoparticles using red algae Portiera hornemannii and its antibacterial activity against fish pathogens,” Microbial Pathogenesis, vol. 138, article 103780, 2020.

[48] L. Ferrara, “Seaweeds: a food for our future,” Journal of Food Chemistry and Nanotechnology, vol. 6, no. 2, pp. 56–64, 2020.

[49] R. R. Remya, S. R. R. Rajasree, L. Aranganathan, T. Y. Suman, and S. Gayathri, “Enhanced cytotoxic activity of AgNPs on retinoabloma Y79 cell lines synthesised using marine seaweed Turbinaria ornata,” IET nanobiotechnology, vol. 11, no. 1, pp. 18–23, 2017.

[50] N. Ahmad, S. Sharma, M. K. Alam et al., “Rapid synthesis of silver nanoparticles using dried medicinal plant of basil,” Colloids and Surfaces B: Biointerfaces, vol. 81, no. 1, pp. 81–86, 2010.

[51] H. Bar, D. K. Bhu, G. P. Sahoo, P. Sarkar, S. Pyne, and A. Misra, “Green synthesis of silver nanoparticles using seed extract of Jatropha curcas,” Colloids and Surfaces A: Physicochemical and Engineering Aspects, vol. 348, no. 1-3, pp. 212–216, 2009.

[52] I. Ocsoy, A. Demirbas, E. S. McLamore, B. Altinsoy, N. Ildiz, and A. Baldemir, “Green synthesis with incorporated hydrothermal approaches for silver nanoparticles formation and enhanced antimicrobial activity against bacterial and fungal pathogens,” Journal of Molecular Liquids, vol. 238, pp. 206–207, 2017.

[53] D. Philip, “Green synthesis of gold and silver nanoparticles using Hibiscus rosa sinensis,” Physica E: Low-Dimensional Systems and Nanostructures, vol. 42, no. 5, pp. 1417–1424, 2010.

[54] E. Dogru, A. Demirbas, B. Altinsoy, F. Duman, and I. Ocsoy, “Formation of Matricaria chamomilla extract-incorporated Ag nanoparticles and size-dependent enhanced antimicrobial property,” Journal of Photochemistry and Photobiology B: Biology, vol. 174, pp. 78–83, 2017.
[55] D. Cruz, P. L. Falé, A. Mourato, P. D. Vaz, M. Luisa Serralheiro, and A. R. L. Lino, "Preparation and physicochemical characterization of Ag nanoparticles biosynthesized by Lippia citriodora (lemon verbena)," *Colloids and Surfaces. B, Biointerfaces*, vol. 81, no. 1, pp. 67–73, 2010.

[56] M. Tajbaksh, H. Alinezhad, M. Nasrollahzadeh, and T. A. Kamali, "Green synthesis of the Ag/HZSM-5 nanocomposite by using *Euphorbia heterophylla* leaf extract: a recoverable catalyst for reduction of organic dyes," *Journal of Alloys and Compounds*, vol. 685, pp. 258–265, 2016.

[57] I. Ocsoy, M. Temiz, C. Celik, B. Altinsoy, V. Yilmaz, and F. Duman, "A green approach for formation of silver nanoparticles on magnetic graphene oxide and highly effective antimicrobial activity and reusability," *Journal of Molecular Liquids*, vol. 227, pp. 147–152, 2017.

[58] S. Shankar, L. Jaiswal, R. Aparna, and R. Prasad, "Synthesis, characterization, in vitro biocompatibility, and antimicrobial activity of gold, silver and gold silver alloy nanoparticles prepared from Lansium domesticum fruit peel extract," *Materials Letters*, vol. 137, pp. 75–78, 2014.

[59] B. Khodadadi, M. Bordbar, A. Yeganeh-Faal, and M. Nasrollahzadeh, "Green synthesis of Ag nanoparticles/clinoptilolite using *Vaccinium macrocarpon* fruit extract and its excellent catalytic activity for reduction of organic dyes," *Journal of Alloys and Compounds*, vol. 719, pp. 82–88, 2017.

[60] H. M. Ibrahim, "Green synthesis and characterization of silver nanoparticles using banana peel extract and their antimicrobial activity against representative microorganisms," *Journal of Radiation Research and Applied Science*, vol. 8, no. 3, pp. 265–275, 2015.

[61] K. Jeeva, M. Thiyyagarajan, V. Elangovan, N. Geetha, and P. Venkatachalam, "*Caesalpinia coriaria* leaf extracts mediated biosynthesis of metallic silver nanoparticles and their antibacterial activity against clinically isolated pathogens," *Industrial Crops and Products*, vol. 52, pp. 714–720, 2014.

[62] V. S. Kotakadi, Y. S. Rao, S. A. Gaddam, T. Prasad, A. V. Reddy, and D. S. Gopal, "Simple and rapid biosynthesis of stable silver nanoparticles using dried leaves of *Catharanthus roseus*. Linn. G. Donn and its anti microbial activity, *Colloids and Surfaces. B, Biointerfaces*, vol. 105, pp. 194–198, 2013.

[63] R. Mariselvam, A. Ranjitsingh, A. U. R. Nanthini, K. Kalirajan, C. Padmalatha, and P. M. Selvakumar, "Green synthesis of silver nanoparticles from the extract of the inflorescence of *Cocos nucifera_* (Family: *Arecales* ) for enhanced antibacterial activity," *Spectrochimica Acta. Part A, Molecular and Biomolecular Spectroscopy*, vol. 129, pp. 537–541, 2014.

[64] R. Vivek, R. Thangam, K. Muthuchelian, P. Gunasekaran, K. Kaveri, and S. Kannan, "Green biosynthesis of silver nanoparticles from *Annona squamosa* leaf extract and its in vitro cytotoxic effect on MCF-7 cells," *Process Biochemistry*, vol. 47, no. 12, pp. 2405–2410, 2012.

[65] M. Nasrollahzadeh, S. M. Sajadi, F. Babaei, and M. Maham, "*Euphorbia helioscopia* Linn as a green source for synthesis of silver nanoparticles and their optical and catalytic properties," *Journal of Colloid and Interface Science*, vol. 450, pp. 374–380, 2015.

[66] Y. He, X. Li, J. Wang et al., "Synthesis, characterization and evaluation cytotoxic activity of silver nanoparticles synthesized by Chinese herbal *Cornus officinalis* via environment friendly approach," *Environmental Toxicology and Pharmacology*, vol. 56, pp. 56–60, 2017.

[67] S. Some, O. Bulut, K. Biswas et al., "Effect of feed supplementation with biosynthesized silver nanoparticles using leaf extract of *Morus indica* L. on *Bombyx mori* L. (Lepidoptera: Bombycidae)," *Scientific Reports*, vol. 9, no. 1, article 14839, pp. 1–13, 2019.

[68] S. Some, B. Sarkar, K. Biswas et al., "Bio-molecule functionalized rapid one-pot green synthesis of silver nanoparticles and their efficacy toward the multidrug resistant (MDR) gut bacteria of *Bombyx mori* (*L.*)", *RSC Advances*, vol. 10, no. 38, pp. 22742–22757, 2020.

[69] S. Ponuralselvam, C. Panneerselvam, K. Murugan, N. Aarthi, K. Kalimuthu, and S. Thangamani, "Synthesis of silver nanoparticles using leaves of *Catharanthus roseus* Linn. G. Don and their antiplasmodial activities," *Asian Pacific Journal of Tropical Biomedicine*, vol. 2, no. 7, pp. 574–580, 2012.

[70] J. Baharara, F. Namvar, T. Ramezani, N. Hosseini, and R. Mohamad, "Green synthesis of silver nanoparticles using *Achillea biebersteinii* flower extract and its anti-angiogenic properties in the rat aortic ring model," *Molecules*, vol. 19, no. 4, pp. 4624–4634, 2014.

[71] A. Maji, M. Beg, A. K. Mandal, S. Das, P. K. Jha, and M. Hossain, "Study of the interaction of human serum albumin with *Alstonia scholaris* leaf extract-mediated silver nanoparticles having bactericidal property," *Process biochemistry*, vol. 60, pp. 59–66, 2017.

[72] B. Demirbas, A. Welt, and I. Ocsoy, "Biosynthesis of red cabbage extract directed Ag NPs and their effect on the loss of antioxidant activity," *Materials Letters*, vol. 179, pp. 20–23, 2016.

[73] A. H. Labulo, E. T. Adesuji, O. A. Dedeko et al., "A dual-purpose silver nanoparticles biosynthesized using aqueous leaf extract of *Deterium microcarpum*: an under-utilized species," *Talanta*, vol. 160, pp. 735–744, 2016.

[74] R. Ceylan, A. Demirbas, I. Ocsoy, and A. Aktumsek, "Green synthesis of silver nanoparticles using aqueous extracts of three *Sideritis* species from Turkey and evaluations bioactivity potentials," *Sustainable Chemistry and Pharmacy*, vol. 21, article 100426, 2021.

[75] D. Ocsoy, D. Tasdemir, S. Mazicioglu, C. Celik, A. Kats, and F. Ulgen, "Biomolecules incorporated metallic nanoparticles synthesis and their biomedical applications," *Materials Letters*, vol. 212, pp. 45–50, 2018.

[76] B. Ocsoy, T. Gulbakan, G. Chen et al., "DNA-guided metal-nanoparticle formation on graphene oxide surface," *Advanced Materials*, vol. 25, no. 16, pp. 2319–2325, 2013.

[77] I. Strayer, W. Ocsoy, J. J. Tan, and M. Paret, "Low concentrations of a silver-based nanocomposite to manage bacterial spot of tomato in the greenhouse," *Plant Disease*, vol. 100, no. 7, pp. 1460–1465, 2016.

[78] G. Ş. Karatoprak, G. Aydın, B. Altınsoy, C. Altinkaynak, M. Koşar, and I. Ocsoy, "The effect of *Pelargonium endlicherianum* Fenzl. root extracts on formation of nanoparticles and their antimicrobial activities," *Enzyme and Microbial Technology*, vol. 97, pp. 21–26, 2017.

[79] J. Huang, Q. Li, D. Sun et al., "Biosynthesis of silver and gold nanoparticles by novel sundried *Cinnamomum camphora* leaf," *Nanotechnology*, vol. 18, no. 10, article 105104, 2007.

[80] S. P. Dhas, S. P. John, A. Mukherjee, and N. Chandrasekaran, "Autocatalytic growth of biofunctionalized antibacterial silver nanoparticles," *Biotechnology and Applied Biochemistry*, vol. 61, no. 3, pp. 322–332, 2014.
[81] P. R. Ghosh, D. Fawcett, S. B. Sharma, and G. E. J. Poinern, “Production of high-value nanoparticles via biogenic processes using aquacultural and horticultural food waste,” *Materials*, vol. 10, no. 8, p. 852, 2017.

[82] A. K. Mittal, Y. Chisti, and U. C. Banerjee, “Synthesis of metallic nanoparticles using plant extracts,” *Biotechnology Advances*, vol. 31, no. 2, pp. 346–356, 2013.

[83] H. Deng, B. Wang, M. Wu, B. Deng, L. Xie, and Y. Guo, “Rapidly colorimetric detection of caffeine in beverages by silver nanoparticle sensors coupled with magnetic molecularly imprinted polymeric microspheres,” *International Journal of Food Science and Technology*, vol. 54, no. 1, pp. 202–211, 2019.

[84] I. Uddin, K. Ahmad, A. A. Khan, and M. A. Kazmi, “Synthesis of silver nanoparticles using *Matricaria recutita* (Babunah) plant extract and its study as mercury ions sensor,” *Eurasip Journal on Bio-Sensing Research*, vol. 16, pp. 62–67, 2017.

[85] J. Chen, Y. Liu, Y. Xiong et al., “Konjac glucomannan reduced-stabilized silver nanoparticles for mono-azo and di-azo contained wastewater treatment,” *Inorganic Chemistry Acta*, vol. 515, article 120058, 2021.

[86] P. N. Ragam and B. Mathew, “Unmodified silver nanoparticles for dual detection of dithiocarbamate fungicide and rapid degradation of water pollutants,” *International Journal of Environmental Science and Technology*, vol. 17, no. 3, pp. 1739–1752, 2020.

[87] M. Atarod, M. Nasrollahzadeh, and S. M. Sajadi, “*Euphorbia heterophylla* leaf extract mediated green synthesis of Ag/TiO2 nanocomposite and investigation of its excellent catalytic activity for reduction of variety of dyes in water,” *Journal of Colloid and Interface Science*, vol. 462, pp. 272–279, 2016.

[88] H. Veisi, S. Azizi, and P. Mohammadi, “Green synthesis of the silver nanoparticles mediated by *Thymbra spicata* extract and its application as a heterogeneous and recyclable nanocatalyst for catalytic reduction of a variety of dyes in water,” *Journal of Cleaner Production*, vol. 170, pp. 1536–1543, 2018.

[89] W. A. Shaikh and C. Sukalyan, “UV-assisted photo-catalytic degradation of anionic dye (Congo red) using biosynthesized silver nanoparticles: a green catalysis,” *Desalination and Water Treatment*, vol. 130, pp. 232–242, 2018.

[90] S. M. Albukhari, M. Ismail, K. Akhtar, and E. Y. Danish, “Catalytic reduction of nitrophenols and dyes using silver nanoparticles @ cellulose polymer paper for the resolution of waste water treatment challenges,” *Colloids and Surfaces A: Physicochemical and Engineering Aspects*, vol. 577, pp. 548–561, 2019.

[91] P. Kaur, R. Thakur, H. Malwal, A. Manuja, and A. Chaudhury, “Biosynthesis of biocompatible and recyclable silver/iron and gold/iron core-shell nanoparticles for water purification technology,” *Biocatalysis and Agricultural Biotechnology*, vol. 14, pp. 189–197, 2018.

[92] L. Sherin, A. Sohail, U.-S. Amjad, M. Mustafa, R. Jabeen, and A. Ul-Hamid, “Facile green synthesis of silver nanoparticles using *Terminalia bellirica* kernel extract for catalytic reduction of anthropogenic water pollutants,” *Colloid and Interface Science Communications*, vol. 37, article 100276, 2020.

[93] G. A. Ismail, N. G. Allam, W. M. El-Gemizy, and M. A. Salem, “The role of silver nanoparticles biosynthesized by *Anabaena variabilis* and *Spirulina platensis* cyanobacteria for malachite green removal from wastewater,” *Environmental Technology*, vol. 42, no. 28, pp. 4475–4489, 2021.

[94] M. T. Moustafa, “Removal of pathogenic bacteria from wastewater using silver nanoparticles synthesized by two fungal species,” *Water Science*, vol. 31, no. 2, pp. 164–176, 2017.

[95] M. Nilavukkarasi, S. Vijayakumar, and S. Prathip Kumar, “Biological synthesis and characterization of silver nanoparticles with *Capparis zeylanica* leaf extract for potent antimicrobial and anti proliferation efficiency,” *Materials Science for Energy Technologies*, vol. 3, pp. 371–376, 2020.

[96] N. Tehri, R. Kaur, M. Maity et al., “Biosynthesis, characterization, bactericidal and sporidal activity of silver nanoparticles using the leaves extract of *Litchi chinensis*,” *Preparative Biochemistry & Biotechnology*, vol. 50, no. 9, pp. 865–873, 2020.

[97] W. Huang, M. Yan, H. Duan, Y. Bi, X. Cheng, and H. Yu, “Synergistic antifungal activity of green synthesized silver nanoparticles and epoxiconazole against *Setosphaeria turcica*,” *Journal of Nanomaterials*, vol. 2020, Article ID 9535432, 7 pages, 2020.